Solid-state structures of the covalent hydrides germane and stannane

Citation for published version:

Digital Object Identifier (DOI):
10.1107/S0108768108010379

Link:
Link to publication record in Edinburgh Research Explorer

Document Version:
Publisher's PDF, also known as Version of record

Published In:
Acta Crystallographica Section B - Structural Science

Publisher Rights Statement:
Copyright © 2008 International Union of Crystallography; all rights reserved.

General rights
Copyright for the publications made accessible via the Edinburgh Research Explorer is retained by the author(s) and / or other copyright owners and it is a condition of accessing these publications that users recognise and abide by the legal requirements associated with these rights.

Take down policy
The University of Edinburgh has made every reasonable effort to ensure that Edinburgh Research Explorer content complies with UK legislation. If you believe that the public display of this file breaches copyright please contact openaccess@ed.ac.uk providing details, and we will remove access to the work immediately and investigate your claim.
Solid-state structures of the covalent hydrides germane and stannane

Iain J. Maley, Daniel H. Brown, Richard M. Ibberson and Colin R. Pulham


Copyright © International Union of Crystallography

Author(s) of this paper may load this reprint on their own web site or institutional repository provided that this cover page is retained. Republication of this article or its storage in electronic databases other than as specified above is not permitted without prior permission in writing from the IUCr.

For further information see http://journals.iucr.org/services/authorrights.html

Acta Crystallographica Section B: Structural Science publishes papers in structural chemistry and solid-state physics in which structure is the primary focus of the work reported. The central themes are the acquisition of structural knowledge from novel experimental observations or from existing data, the correlation of structural knowledge with physico-chemical and other properties, and the application of this knowledge to solve problems in the structural domain. The journal covers metals and alloys, inorganics and minerals, metal-organics and purely organic compounds.

Crystallography Journals Online is available from journals.iucr.org
The low-temperature crystal structures of perdeutergermane (m.p. 108 K) and perdeuterostannane (m.p. 123 K) are reported. The structures have been characterized from low-temperature (5 K) high-resolution neutron powder diffraction experiments following sample preparation using \textit{in situ} gas-condensation techniques. \text{GeD}_4\text{ crystallizes in an orthorhombic structure, space group } P_{2_1}2_12_1, \text{ with one molecule in the asymmetric unit, and with an average Ge—D bond length of 1.517 (3) Å. The SnD}_4\text{ structure is monoclinic (space group } C2/c, \text{ and the molecule is located on a twofold rotation axis with an average Sn—D bond length of 1.706 (3) Å. The crystal structures are discussed in relation to those of other tetrahedral molecules of group IV hydrides at low temperature, and evidence is presented that the crystal structure of silane, below 38 K, is isostructural with germane. }
the dearth of information about the solid-state structures of these very simple compounds stems in part from the difficulties involved in obtaining suitable single crystals from compounds that are gases under ambient conditions, and which solidify only at very low temperatures. This position is now changing, however, with the development of techniques for in situ growth of crystals from liquids with low melting points (Boese & Nussbaumer, 1994). In a typical experiment, the liquid sample is contained within a sealed capillary mounted in a thermally insulating support, which is in turn mounted on the goniometer of an X-ray diffractometer. By judicious warming and cooling of the sample just below its melting point, a single crystal can be grown in situ with X-ray data being collected in the normal way. Thus, the solid-state structures of hydride derivatives such as AlMe₂BH₄ and Al(BH₄)₃ (Aldridge et al., 1997), and H₂GaBH₄ (Downs et al., 1997) have been determined successfully by single-crystal X-ray diffraction. A recurring theme in these structures is one of intermolecular interactions involving bridging H atoms resulting in the adoption of polymeric structures. In contrast, the structures of hydride derivatives of the heavier Group 14 elements have scarcely been investigated. A single-crystal X-ray diffraction study of GeH₃Cl (Blake et al., 1987) showed the presence of strong Ge····Cl intermolecular interactions.

Attempts to grow single crystals of stannane at low temperatures from the liquid sealed in glass capillaries failed on account of the very low melting point of stannane (123 K), making it difficult to maintain the temperature gradients required for high-quality crystal growth. Since germane has an even lower melting point (108 K), no attempts at single-crystal growth were made. Prompted by the fundamental nature of these hydrides and the current level of interest, the crystal structures of the low-temperature phases of perdeuterogermane and -stannane have now been investigated using high-resolution neutron powder diffraction.

### 2. Experimental

#### 2.1. Sample preparation

Samples of perdeuterated germane, GeD₄, and stannane, SnD₄, were prepared from the respective tetrahalides and lithium aluminium deuteride (Aldrich 98 D-atom %) according to standard procedures. Powder samples were produced using a vapour-deposition technique as follows. The samples were prepared in a standard vanadium-tailed liquid-helium ‘orange’ cryostat using a centre stick incorporating a

| Table 1
<table>
<thead>
<tr>
<th></th>
</tr>
</thead>
<tbody>
<tr>
<td><strong>Experimental details.</strong> Crystal data</td>
</tr>
<tr>
<td><strong>Crystal data</strong></td>
</tr>
<tr>
<td><strong>M₄</strong></td>
</tr>
<tr>
<td><strong>Temperature (K)</strong></td>
</tr>
<tr>
<td><strong>a, b, c (Å)</strong></td>
</tr>
<tr>
<td><strong>β (°)</strong></td>
</tr>
<tr>
<td><strong>V (Å³)</strong></td>
</tr>
<tr>
<td><strong>Z</strong></td>
</tr>
<tr>
<td><strong>Powder preparation temperature (K)</strong></td>
</tr>
<tr>
<td><strong>Radiation type</strong></td>
</tr>
<tr>
<td><strong>Data collection method</strong></td>
</tr>
<tr>
<td><strong>Wavelength of incident radiation (Å)</strong></td>
</tr>
<tr>
<td><strong>Profile function</strong></td>
</tr>
<tr>
<td><strong>Preferred orientation correction</strong></td>
</tr>
<tr>
<td><strong>No. of parameters</strong></td>
</tr>
<tr>
<td><strong>Data collection</strong></td>
</tr>
<tr>
<td><strong>Diffractometer</strong></td>
</tr>
<tr>
<td><strong>Data collection method</strong></td>
</tr>
<tr>
<td><strong>(2θ) (°)</strong></td>
</tr>
<tr>
<td><strong>Refinement</strong></td>
</tr>
<tr>
<td><strong>R factors and goodness of fit</strong></td>
</tr>
<tr>
<td><strong>R_p = 0.061, R_wp = 0.009, R_exp = 0.043, S = 1.60</strong></td>
</tr>
<tr>
<td><strong>Wavelength of incident radiation (Å)</strong></td>
</tr>
<tr>
<td><strong>Excluded region(s)</strong></td>
</tr>
<tr>
<td><strong>Profile function</strong></td>
</tr>
<tr>
<td><strong>No. of parameters</strong></td>
</tr>
<tr>
<td><strong>D-atom treatment</strong></td>
</tr>
<tr>
<td><strong>Weighting scheme</strong></td>
</tr>
<tr>
<td><strong>Preferred orientation correction</strong></td>
</tr>
</tbody>
</table>
| **Computer programs used: TOPAS-Academic (Coelho, 2008), standard HRPD normalization routines. † TOF = time of flight.** | **GeH₃Cl intermolecular interactions.**

et al., 1974) were interpreted on the basis of four phases; however, subsequent studies (Oxton, 1977; Calvani et al., 1990, 1991) questioned the existence of a fourth phase with symmetry lower than that of phase III. In the case of stannane, its lability represents a major difficulty for solid-state studies. NMR studies in the range 68–129 K reveal a phase transition at 98 K for SnH₄ (Niemela et al., 1972) and at 103 K for the deuterated analogue (Niemela, 1973). No spectroscopic evidence for a transition point was found using IR spectroscopy (McKean & Chalmers, 1967). Isotope effects on the phase-transition sequences of silane, germane and stannane have now been investigated using high-resolution neutron powder diffraction.
gas-inlet line based on a design by Langel et al. (1986). The gas is deposited at a controlled low rate (20–60 cm$^3$ min$^{-1}$ at standard temperature and pressure) in a standard cylindrical vanadium sample tube (diameter 15 mm, height 40 mm) attached to a copper heat sink. A low rate of deposition is essential in order to keep the heat dissipation during condensation to a minimum and thus prevent the powder from annealing or melting. Approximately 2 g of GeD$_4$ were condensed at 65 K and some 2 g of SnD$_4$ were condensed at 75 K; these temperatures correspond to $\sim$0.6 $\times$ $T_{mp}$ of each compound at which point there is negligible vapour pressure. The samples were then cooled slowly to 5 K for the diffraction measurements.

2.2. Neutron powder diffraction measurements

Time-of-flight neutron powder diffraction data were collected on the high-resolution powder diffractometer (HRPD; Ibberson et al., 1992) at the ISIS pulsed neutron source. For the present experiments at backscattering ($\langle 2\theta \rangle = 168^\circ$) two time-of-flight ranges were used, 30–130 and 110–210 ms, corresponding to a total $d$-spacing range of $\sim$0.6–4.2 Å. Under these experimental settings the diffraction data have an approximately constant resolution of $\Delta d/d = 8 \times 10^{-4}$. HRPD has additional detector banks at 90 and 30˚, which significantly extend the range of $d$-spacings which are accessible; however, these data were not required in the present studies. Diffraction data were recorded on both compounds at the condensation temperature for a brief period and then at 5 K for a period of some 12 h. Both samples were weakly scattering and insufficient beamtime was available in order to carry out measurements as a function of temperature. A standard data reduction procedure was followed: the data were normalized to the incident-beam monitor profile and corrected for the effects of detector efficiency as a function of neutron wavelength using a previously recorded vanadium spectrum.

2.3. Structure solution and refinement

For both samples, the first 25 low-order Bragg reflections ($1.5 < d < 4.0$ Å) at the condensation temperature were located by visual inspection, to an accuracy of 0.001 Å, and the unit cell determined using the autoindexing program DICVOL (Boultif & Louër, 2004) and also using TOPAS-Academic (Coehlo, 2008). In each case solutions with a high figure of merit were obtained and these cell parameters were readily refined against the 5 K data indicating no structural phase transitions had occurred on cooling. A primitive orthorhombic cell was determined for germane and a C-centred monoclinic cell in the case of stannane (Table 1). There were a number of unindexed lines corresponding to contaminant scattering from copper and vanadium from the centre stick and the strongest of these peaks were excluded during subsequent analysis. The stannane data also contained additional weak diffraction peaks most likely attributable to decomposition products from the sample.

Density considerations suggest that there are four GeD$_4$ molecules in the unit cell which implies a non-centrosymmetric orthorhombic space group, assuming the structure comprises one molecule on a general position in the asymmetric unit. The highest-symmetry space group consistent with the systematic absences is $P2_12_12_1$. Using this space group the crystal structure was solved by simulated annealing implemented by TOPAS-Academic using an ideal GeD$_4$ tetrahedral molecular template with a Ge–D bond length of 1.515 Å, as determined by microwave spectroscopy (Ohno et al., 1986). The inherent peak overlap in powder diffraction patterns, even with high-resolution data, often leads to ambiguity in the space-group assignment and hence checks were also made, without success, using other possible space groups, namely Pmm2$_1$, P2$_1$2$_1$2$_1$, P222$_1$ and P222. The final structure was refined without constraints (details are given in Table 1) and the final profile fit is shown in Fig. 1.

![Figure 1](image-url)  
Figure 1  
The final Rietveld refinement plot of GeD$_4$ at 5 K, showing observed (o), calculated (line) and difference profiles. Vertical bar makers denote calculated Bragg peak positions. The equivalent $d$-spacing range corresponds to 0.83–2.28 Å. Inset: germane molecule showing the atom-labelling scheme.
A similar strategy was adopted in the structure solution of SnD₄. It was deduced that $Z = 4$ and therefore the structure comprises one molecule located either on a general position or located on a twofold rotation axis for the candidate non-centrosymmetric or centrosymmetric space groups, respectively. The structure was solved in the space group $C_{2h}$ using a molecular template with a Sn–D bond length of 1.694 Å (Ohno et al., 1986). Refinement details are given in Table 1 and the final profile fit is shown in Fig. 2.

Crystal structures were visualized using the program DIAMOND (Crystal Impact, 2004) and analyses were carried out using PLATON (Spek, 2003).

### 3. Results and discussion
The low-temperature crystal structure of GeD₄ is represented in Fig. 3. In the structure the molecules pack with no contact distances less than the sum of the van der Waals radii. The shortest contact is D₃···D₄ at 2.537 (6) Å and links the molecules in zigzag chains running parallel to the crystallographic $b$ axis, as shown in the figure. Germane molecules are located on general positions in the structure and exhibit only a small distortion from ideal tetrahedral symmetry with an angular variance of 3.93 deg². The average Ge–D bond length is 1.517 Å, r.m.s. deviation 0.015 Å, and in close agreement with the equilibrium distance of 1.516 (5) Å determined by microwave measurements (Ohno et al., 1986). The $C_1$ site symmetry of the germane molecule in the structure confirms the observations of earlier IR spectroscopy measurements for this phase (Oxton, 1977; Calvani et al., 1990).

The low-temperature crystal structure of SnD₄ is represented in Fig. 4. The average intramolecular Sn–D bond length is 1.707 Å, r.m.s. deviation 0.013 Å, again in close agreement with the equilibrium distance of 1.694 (8) Å determined by microwave measurements (Ohno et al., 1986). The stannane molecules lie on twofold rotation axes and the $C_2$ site symmetry of the molecule provides for the only negligible angular distortion from tetrahedral symmetry. Short contacts are made between Sn atoms and neighbouring D atoms located over the faces of the molecular tetrahedra comprising the structure. The resulting three-dimensional network has Sn···D₁ and Sn···D₂ contacts of 3.377 (3) and 3.439 (3) Å, respectively. This facet of the stannane structure also corroborates the results of an IR spectroscopic study (McKean & Chalmers, 1967) in which the spectra of SnH₄ in an GeH₄ matrix, or GeH₄ in an SnH₄ matrix, showed that the normally IR-inactive $v_1$ mode of the probe molecule was observed in these matrices. McKean & Chalmers (1967) suggested that an interaction between an $M$ atom and one or more $H$ atoms from adjacent $MH_4$ molecules could account for this increased intensity whilst noting that it

![Figure 2](image1.png)

**Figure 2**
The final Rietveld refinement plot of GeD₄ at 5 K, showing observed (o), calculated (line) and difference profiles. Vertical bar makers denote calculated Bragg peak positions. The equivalent $d$-spacing range corresponds to 0.83–2.24 Å. Inset: stannane molecule showing the atom-labelling scheme.

![Figure 3](image2.png)

**Figure 3**
The structure of germane. Dotted lines denote the shortest D···D contacts linking the molecules in chains.
was strange that all four H atoms did not behave similarly, unless there is directional character associated with this close contact.

Voronoi–Dirichlet partitioning (Peresypkina & Blatov, 2000) reveals that the molecular coordination number in both germane and stannane is 14, and the topology is approximately body-centred cubic packing with coordination sequences of 14-52-116 and 14-52-114, respectively. Methane is the simplest tetrahedral molecule for comparison of these packing sequences and, by contrast, the fully ordered low-temperature orthorhombic structure of methane-III (Neumann et al., 2003) exhibits ideal cubic close packing with the coordination sequence 12-42-92, reflecting the more efficient packing of the smaller and more rigid molecules. The structures and phase diagram of silane, SiD$_4$, were also compared with those of methane by Legrand & Press (1976), who concluded that there was no analogy between silane phases and the three ambient-pressure phases of methane, despite the tetrahedral nature of the molecules in each case. It is also clear from the present measurements that any analogy between the phases of methane with germane and stannane are similarly unlikely to hold true, although detailed crystallographic information regarding the higher-temperature phases is still required. The structures of methane are stabilized primarily through orientationally dependent electrostatic octupole–octupole interactions. However, for silane, germane and stannane, as the molecules become progressively larger it seems probable that van der Waals interactions dominate over the tetrahedral faces of the molecules.

The structure of stannane. Dotted lines denote the direction of intermolecular interactions between Sn atoms and D atoms from neighbouring molecules located over the tetrahedral faces of the molecules.

In summary, the low-temperature phase III structures of perdeuterogermane and -stannane have been determined by high-resolution neutron powder diffraction. Germane has an orthorhombic structure comprising molecules with $C_1$ site symmetry and this structure is most likely adopted by silane below 38 K. The structure of stannane is monoclinic with molecules located on twofold rotation axes.

This work has been supported by STFC with the provision of neutron beamtime and EPSRC with studentships (IJM and DHB). The authors thank Mr John Dreyer for help with the gas-handling apparatus and Professor Simon Parsons for assistance in attempts to grow single crystals at low temperature.

References


